C 7 H 8 I 2 Pt, orthorhombic, Pnma (no. 62), a =12.9207(9) Å, b =8.0332(6) Å, c =9.2410(6) Å, V =959.2 Å 3
Source of material
To asolution of K 2 PtI 6 (0.2007 g, 0.194 mmol) in H 2 O(30 ml) was added bicyclo[2.2.1]hepta-2,5-diene (nbd, 0.0709 g, 0.769 mmol) and stirred for 12 hatroom temparature. The precipitate was then separated by filtration, washed with water, and dried at 50°C, to give adark yellow powder (0.0289 g). Crystals suitable for X-ray diffraction analysis were obtained by slow evaporation from aCH 3 CN solution. 
Experimental details

